Assessment of KOH-activated unripe *Musa paradisiaca* peel for adsorption of copper from aqueous solution

PraiseGod Chidozie Emenike1*, David Olugbenga Omole1, Ben Uche Ngene1 and Imokhai Theophilus Tenebe1

Abstract: Adsorption of copper ions out of aqueous solution by preparing activated carbon from unripe *Musa paradisiaca* peel (UmpP) with KOH was investigated. Estimation of the adsorption constants was achieved by adopting the Langmuir and Freundlich models. Results revealed that the adsorption process was fast and equilibrium was reached at 55 mins. The adsorption efficiency was highly influenced by the pH of the solution, and the maximum adsorption was attained at pH 7.5. In addition, an increase in adsorption capacity was observed with increase in contact time and initial copper concentration. The adsorption process was explained by both Langmuir and Freundlich models having $R^2$ value of 0.9977 and 0.9959 at 303 K respectively and $R^2$ value of 0.9922 and 0.9904 at 308 K respectively. The maximum adsorption capacity of KOH-modified UmpP at the specified conditions was found to be 9.980 and 9.766 mg/g at 303 and 308 K respectively. Sequel to modelling the kinetic data, the Pseudo-second-order model gave the best fit with $R^2 = 0.9990$

ABOUT THE AUTHORS

PraiseGod Chidozie Emenike is a PhD candidate in the Department of Civil Engineering, Covenant University Ota, Ogun State. His research interest is in the public health aspect of Environmental Engineering, Adsorption Process, environmental risk analysis, water and wastewater treatment, Solid Waste Management amongst others.

David Olugbenga Omole also holds a PhD in Water Resources and Environmental Engineering and an Associate Professor in the Department of Civil Engineering, Covenant University, Ota, Ogun State. Also, he has research interest in Water and Wastewater (Quality and Treatment), Solid Waste Management and Sustainability.

Ben Uche Ngene holds a PhD in Water Resources and Environmental Engineering and, a Senior Lecturer in the Department of Civil Engineering, Covenant University, Ota, Ogun State. He has research interest in Water Resources, Hydrology and Environmental Engineering.

Imokhai Theophilus Tenebe is a PhD candidate in the Department of Civil Engineering, Covenant University Ota, Ogun State. His research interest is in the public health aspect of Environmental Engineering, water and waste water treatment, Adsorption amongst others.

PUBLIC INTEREST STATEMENT

Several industrial activities such as mining, leather tanning, metal plating, battery production, metallurgical processes, and manufacturing of electronics generate effluents containing metal ions, which are deposited directly or indirectly into the environment. This work is aimed at developing an efficient method of removal of copper which is one of the heavy metals that tend to pollute the soil and major sources of water resources thereby causing an environmental hazard, which must be eliminated to comply with the recent legislative standards. The presence of copper in the human body can cause an adverse effect on the liver, skin, kidney, heart, and pancreas, mental retardation, brain damage and stomach ulcer in humans. Therefore, cheap and reliable means of metal removal is needed to reduce their concentration. This study focuses on using available agricultural waste materials for copper removal at over 80% efficiency from aqueous solution.
and 0.9977 at 303 and 308 K respectively, indicating that the adsorption process is restricted to chemisorption. KOH-modified UmpP can serve as an economically and environmentally viable sorbent for the removal of copper from contaminated waters.

**Subjects:** Resource Management - Environmental Studies; Ecology - Environment Studies; Environmental Change & Pollution; Environmental Chemistry; Environmental Health

**Keywords:** adsorption; *Musa paradisiaca*; equilibrium isotherm; heavy metals; copper(II) removal

### 1. Introduction

Heavy metals are non-biodegradable. Therefore, its accumulation in living organisms culminates into several health complications as well as environmental deterioration (Gupta & Gogate, 2016). Copper, as seen in most aquatic environment (Barros et al., 2008), is one of the most abundant and harmful metals to living organisms. It occurs naturally (Yargıç, Şahin, Özbay, & Önal, 2015) in soluble form (Cu²⁺) and can cause environmental pollution and health hazard to humans. Copper is mainly used in its raw state by industrial processes (mining, brass manufacture, plating and petroleum refining) that produces large amount of wastewater laden with copper-containing sludge (Demirbas, Dizge, Sulak, & Kobya, 2009). When copper is ingested in heightened concentration, it causes adverse effect to the liver, skin, kidney, heart and pancreas (Gupta & Gogate, 2016; Turan, Elevli, & Mesci, 2011). Zhu, Wang, and Chen (2009) reported that copper ions might induce severe health complications such as mental retardation, brain damage and stomach ulcer in humans and animals. Solisio, Lodi, Torre, Converti, and Borghi (2006) added that the intake of copper in high concentrations could cause anemia and intestinal disorder. Manzoor, Nadeem, Iqbal, Saeed, and Ansari (2013) also mentioned that the presence of copper in the marine ecosystem had caused severe damage to the gills, kidneys, liver and alteration of the nervous system and reproductive systems of fishes. Hence, attention should be focused on the treatment of wastewater polluted with copper to ensure the protection of aquatic lives and the environment at large.

Several conventional treatment techniques have been used to eliminate copper from polluted waters before discharge into the environment. These include coagulation, membrane separation, chemical precipitation, ion exchange, biological treatment, and solvent extraction (Abdel-Aziz, Nirdosh, & Sedahmed, 2013; Agwaramgbo, Magee, Nunez, & Mitt, 2013; Amuda, Amoo, Ipinmoroti, & Ajayi, 2006; Feng, Sugiura, Shimada, & Maekawa, 2003; Fu & Wang, 2011; So‘idi, 2010). Good results have been achieved from utilizing these methods. However, their application is limited by incomplete removal, high cost, huge energy requirements and production of secondary waste (sludge) (Li, Zhai, Zhang, Wang, & Zhou, 2007; Soetaredjo, Kurniawan, Ki, & Ismadjii, 2013). Among these methods, adsorption has, however, proven to be an efficient and economical means of treating polluted waters having toxic heavy metals. Its flexibility in operation and simple design (Fu & Wang, 2011; Singh & Kaushal, 2013) has made researchers to continually search for novel materials that can serve as adsorbents. Due to the high costs of commercially-sourced activated carbon (Chen et al., 2010), researchers have directed attention towards the use of agricultural wastes for the production of adsorbents due to its abundance, cheap and non-toxic nature, availability in local regions and reusability (Demirbas, 2008). In addition to the listed advantages, the different functional groups such as carboxyl, phenolic, amide, carbonyl, alcoholic, thiol, amine and phosphate present in agricultural waste materials enhances the attraction potentials with heavy metals by forming metal chelates and/or complexes (Witek-Krowiak & Reddy, 2013).

The removal of copper from contaminated waters have been achieved using several agricultural by—products such as papaya wood, sugar beet pulp, black gram husk, cassava peel, onion skins, apple wastes, palm kernel husk, corn cob, pine cone bark and sunflower stalks (Febrianto et al., 2009; Nurchi & Villaescusa, 2008; Pehlivan, Cetin, & Yanik, 2006). Bailey, Olin, Bricka, and Adrian (1999) and Emenike, Omole, Ngene, and Tenebe (2016) reported that natural materials that are by-products of
agricultural and industrial processes might possess capabilities as low-cost adsorbents provided they are readily available in substantial quantities. This could ensure its sustained availability in local markets, while also attracting patronage by industries having heavy metals in their effluents (Demirbas, 2008).

*Musa paradisiaca* or plantain (common name) is regarded as the tenth most important staple food cultivated in tropical parts of the world. In Nigeria, plantain is widely cultivated and consumed by almost every ethnic group. Food and Agriculture Organisation (2005) reported that Nigeria produces over 2,110 million kilograms of plantains annually. The peels (ripe or unripe), which constitutes up to 40% of the original weight are, however, not edible and contribute substantially to the volume of refuse generated. Considering the volume of plantain peels generated in several tropical countries. Limited studies have investigated the use of unripe plantain peel for copper extraction from aqueous solution. However, the purpose of this study is (i) to prepare activated carbon from unripe plantain peel with combined activation (physical and chemical) to enhance the surface characteristics of the resultant product that will be used for copper removal from aqueous solution (ii) to investigate the adsorption characteristics of unripe *Musa paradisiaca* towards copper adsorption from aqueous solution (iii) to calculate the thermodynamic parameter obtained from pseudo-first-order and pseudo-second-order kinetic models. Copper adsorption experiments were conducted in batch mode, and the kinetic and equilibrium data were evaluated and analyzed. Parameters that may affect the adsorption potentials such as pH, temperature, the initial concentration of the metal solution and contact time were investigated.

2. Material and methods

2.1. Preparation of KOH-Activated *Musa paradisiaca* adsorbent

Unripe and fresh *Musa paradisiaca* peels (UmpP) were collected from a local plantain chips manufacturing factory. The UmpP was initially washed with tap water twice to remove debris and further washed with distilled water twice. The UmpP was immediately placed in an oven operated at 105°C for 48 h. The dry samples were placed in a desiccator for cooling and then ground to fine powder with a roller mill and passed through a set of sieves ranging from 75 to 850 μm to obtain particle sizes <450 μm.

The KOH-activated UmpP was prepared via two methods: Carbonization of the dried samples at 250°C for 1 h 20 min in a muffle furnace in the absence of air. The carbonized precursor was cooled in a desiccator and washed with 0.1 M HCl to eliminate ash, rinsed with distilled water and brought back to pH 7.0 using 0.1 M NaOH. Further drying was done at 105°C for 2 days. The dried carbonized sample was soaked with 0.15 mol/dm³ KOH at room temperature for 720 min. The activated precursor was brought back to neutral pH with 0.1 M HCl, washed with distilled water repeatedly, dried at 105°C for 18 h to attain a stable weight and stored in a dry glass bottle for further use.

2.2. Chemicals

A synthetic stock copper solution (1,000 mg/l) was prepared by dissolving anhydrous CuSO₄ in distilled water. To obtain the working solutions, the stock solution was diluted further. The pH of the working solutions was adjusted and measured using HANNA H198130 pH meter. The experiment made use of chemicals of analytical grades while the concentration of copper after each experiment was obtained by atomic absorption spectrophotometer (Thermo Electron Corporation S SERIES AA Spectrometer).

2.3. Morphological study

The surface morphology of KOH-activated UmpP was obtained from Scanning Electron Microscopy (SEM) imagery by using a PHENOM proX SEM (MVE0224651193). Before analysis, the particles were placed on an aluminium sampling stubs with colloida graphite ribbon and double coated with a sputter coater (QISOR ES).
3. Experimental dynamics

3.1. pH effect
Batch studies were used to investigate the effect of pH on the rate of copper removal. This was achieved by placing 0.4 g of KOH-activated UmpP in copper solution of adjusted pH values of 3.5, 5.5 and 7.5 respectively. The mixture of UmpP and copper aqueous solution was agitated at 800 rpm (revolutions per minute) for 65 min. The selected dose for the experiment was applied to 20 mL of the copper solution of 100 mg/L.

3.2. Effect of contact time
A study of absorbance based on time variation was carried out by putting 0.4 g of adsorbent in 100 mg/L Cu solution that has been adjusted to pH 3.5 and 5.5 respectively and allowed to stay for 65 min. At stipulated time intervals (5, 15, 25, 35, 45, 55 and 65 min respectively). The samples were filtered, and the filtered solution was analyzed for the leftover Cu ions in the solution.

3.3. Effect of initial Cu concentration
From the setup of 3.1, one of the pH (i.e. pH 3.5) was selected to investigate the effect of different initial Cu concentration on adsorption. Similarly, 0.4 g of the adsorbent was added to 20 mL of different aqueous copper solution (100 and 150 mg/L), and the mixtures were agitated for various contact time (5, 15, 25, 35, 45, 55 and 65 min respectively). At the expiration of the specified time, the sample-solution was filtered, and the separated solution was analyzed for the remaining Cu concentration.

3.4. Adsorption isotherm experiments
The experiment was achieved by soaking 0.4 g of KOH-activated UmpP sorbent in 20 mL copper solution. The concentration of copper in the solution was varied (100 to 200 mg/L), for a contact time of 5–65 min, at a constant temperature of 303 and 308 K at pH 7.5. The solution was centrifuged for 10 min at 800 rpm and then filtered using a Whatman filter paper (1003–1055). The filtrate was analyzed for the concentration of copper left in the solution by atomic absorption spectrophotometer.

3.5. Kinetic experiments
The adsorption kinetics of Cu onto KOH-activated UmpP was carried out by batch experiments using a THERMO Scientific MaxQ Shaker (Model 4330) at 303 and 308 K. 0.4 g of KOH-activated UmpP was added to 100 mL copper solution (150 mg/L) at pH 5.5. Samples were collected at different intervals (5 to 65 min) and filtered instantly with Whatman filter paper. The concentration of Cu left in the filtrate at the selected intervals was analyzed with atomic absorption spectrophotometer. The amount of copper uptake onto UmpP at equilibrium $q_e$ (mg/g) can be computed using Equation (1).

$$q_e = \frac{(C_o - C_e)V}{w}$$

where $C_o$ and $C_e$ are the initial and equilibrium copper ion concentration in (mg/L), $q_e$ (mg/g) is the amount of metal adsorbed at equilibrium, $V$ is the volume of the solution in (L) and $w$ is the mass of UmpP adsorbent in (g).

4. Theoretical foundation

4.1. Equilibrium isotherm models
The relationship that exists between the quantities of copper adsorbed as well as the remaining concentration can be explained using adsorption isotherms. Several equations have been used in analyzing equilibrium data obtained from experimental adsorption. A proper insight into the surface characteristics and adsorption mechanism of the adsorbent depends on certain thermodynamic postulates and equilibrium parameters of the equilibrium adsorption models. This work tested the equilibrium data of Cu removal by KOH-activated UmpP with two common models available in the
literature—Langmuir model and Freundlich model. These models were used to describe the best-fit models as well as their coefficient of determination, $R^2$.

### 4.2. Langmuir isotherm
According to Langmuir (1918), the Langmuir isotherm model regards adsorption as a chemical process involving monolayer adsorption with fixed number of identical sites attracting the adsorbates to the surface. The model also assumes that all sites possess equal energy and an ion can only be attracted to one site. In the same vein, the model stands on another assumption that ions do not interact with each other.

### 4.3. Freundlich isotherm
The Freundlich isotherm model describes the equilibrium parameter and adsorption properties for a heterogeneous surface (Freundlich, 1906). Being different from the Langmuir model, the Freundlich model cannot be restricted by saturation limitation and Henry’s law. This indicates that multilayer sorption occurs on the heterogeneous surface, which can be predicted mathematically (Table 1).

### 4.4. Adsorption kinetics
One way to describe the potentials of an adsorbent for the removal of pollutant from an aqueous phase is by studying the adsorption kinetics. The conclusion grafted from the kinetic studies tends to provide adequate information on the adsorption mechanism of the system. This paper studied the kinetics of adsorption by using the Pseudo first-order and Pseudo second-order model. Several reports have shown that most adsorption system conforms to the Pseudo-second-order model.

| Adsorption isotherm     | Non-linear model                                      | Linear model                                      | Plot                  | References             |
|-------------------------|-------------------------------------------------------|---------------------------------------------------|-----------------------|------------------------|
| Freundlich              | $q_e = K_C q_e^{1/n}$                                  | $\log q_e = \log K_C + \frac{1}{n} \log C_e$     | $\log q_e$ vs $\log C_e$ | Freundlich (1906)       |
| Langmuir                | $q_e = \frac{Q_{max} C_e}{1 + b C_e}$                 |                                                   |                       | Langmuir (1918)         |
|                         | (I) $\frac{q_e}{C_e} = \frac{1}{b_{max} + \frac{b_{max}}{C_e}}$ |                                                   |                       |                        |
|                         | (II) $\frac{1}{q_e} = \frac{1}{b_{max}} + \frac{1}{b_{max} C_e}$ |                                                   |                       |                        |
|                         | (III) $\frac{b q_e}{C_e} = b Q_{max} - b q_e$         |                                                   |                       |                        |
|                         | (IV) $q_e = Q_{max} - \frac{b C_e}{K_{ad}}$           |                                                   |                       |                        |
| Tempkin                 | $q_e = \frac{Q_{max}}{K_T T_s}$                       | $q_e = \frac{Q_{max}}{K_T T} \ln A_T C_e$       | $q_e$ vs. $\ln C_e$   | Tempkin and Pyzhev (1940) |
| Dubinin-Radushkevich    | $q_e = (q_e) \exp (-K_D \varepsilon^2)$              | $\ln (q_e) = \ln (q_e) - K_D \varepsilon^2$    | $\ln (q_e)$ vs. $\varepsilon^2$ | Dubinin and Radushkevich (1947) |
| Redlich-Peterson        | $q_e = \frac{k R T}{1 + \frac{k R T}{b q_e}}$        | $\ln \left( K_p T_s - 1 \right) = g \ln (C_e) + \ln (a_k)$ | $\ln \left( K_p T_s - 1 \right)$ vs. $\ln (C_e)$ | Redlich and Peterson (1959) |
| Sips                    | $q_e = \frac{k T_s}{1 + \frac{k T_s}{b q_e}}$        | $\beta_i \ln (C_e) = -\ln \left( \frac{a_k}{b q_e} \right) + \ln (a_k)$ | $\ln \left( \frac{a_k}{b q_e} \right)$ vs. $\ln (C_e)$ | Sips (1948) |
| Flory-Huggins           | $q_e = K_{FH} (1 - \theta)^n$                         | $\log \left( \frac{q}{q_e} \right) = \log \left( K_{FH} \right) + \eta n_i \log (1 - \theta)$ | $\log \left( \frac{q}{q_e} \right)$ vs. $\log (1 - \theta)$ | Horsfall and Spiff (2005) |
| Toth                    | $q_e = \frac{k T_s}{1 + \frac{k T_s}{b q_e}}$        | $\frac{\beta_i}{\theta} \ln (C_e) = -\ln \left( \frac{a_k}{b q_e} \right) + \ln (a_k)$ | $\ln \left( \frac{a_k}{b q_e} \right)$ vs. $\ln (C_e)$ | Toth (1971) |

Notes: $C_e$ is the equilibrium concentration, $q_e$ is the amount of metal adsorbed at equilibrium, $Q_{max}$ is the maximum amount of metal adsorbed, $n$ is the adsorption intensity, $K_C$ is the Freundlich isotherm constant, $R$ is the gas constant, $T$ is the absolute temperature, $\theta$ represents the degree of surface coverage, $K_{FH}$ is the Flory-Huggins equilibrium constant, $n_i$ is the Flory-Huggins model exponent, $A_k$ is the Tempkin isotherm equilibrium constant, $b$ is the Tempkin isotherm constant, $q_e$ is theoretical isotherm saturation capacity, $K_T$ is Dubinin–Radushkevich isotherm constant, $K_p$ is Redlich-Peterson isotherm constant, $K_s$ is the Toth isotherm constant, $T$ is temperature, $K_{ad}$ is Sips isotherm constant.
A linearized description of the Pseudo first-order and Pseudo second-order models are represented in Equations (2) and (3) respectively.

\[
\log(q_e - q_t) = \log q_e - \frac{k_{ad}}{2.303} t
\]  

(2)

\[
\frac{t}{q_t} = \frac{1}{k_2 q_e^2} + \frac{t}{q_e}
\]  

(3)

From the plot of \(\log(q_e - q_t)\) vs. \(t\) (pseudo first-order model), \(k_{ad}\) (adsorption rate constant for first-order) can be derived from the slope. For pseudo second-order model, \(q_t\) (mg/g) stands for the adsorption capacity at time, \(t\), whereas the values \(1/k_2 q_e\) and \(1/q_e\) are obtained from the intercept and slope of the straight-line plot of \(t/q_t\) against \(t\). It is vital to note that the \(q_e\) obtained from the slope is also known as the \(q_{(calculated)}\).

In order to evaluate the adsorption process, i.e. whether the process is favourable or unfavourable, Hall, Eagleton, Acrivos, and Vermeulen (1966) proposed an equilibrium parameter \(R_L\) - an important characteristic of the Langmuir isotherm. Four conditions with respect to \(R_L\) were itemized; For the adsorption process to be favourable, \(0 < R_L < 1\), unfavourable, \(R_L > 1\). If \(R_L = 1\), then the adsorption process is linear and a \(R_L\) value of 0 shows that the adsorption process is irreversible. The expression of \(R_L\) is given by Equation (4).

\[
R_L = \frac{1}{1 + bC_i}
\]  

(4)

where \(b\) represents the Langmuir constant and \(C_i\) is the initial fluid-phase concentration.

5. Results and discussion

Plate 1 represents the granular KOH-activated UmpP before and after analysis on SEM to show the porous structure characterized by deep pores.

5.1. Effect of pH of the solution

The role of pH of the solution in the entire adsorption process cannot be overemphasized. A change in pH value may alter the adsorbent surface characteristics. According to Nouri, Ghodbane, Hamdaoui, and Chiha (2007), any adsorbent surface is characterized by positive or negative charge, which is proportional to the solution pH surrounding the particles of the adsorbent. In addition, Ammari et al. (2015) outlined that as the pH of the solution increases, metal adsorption increases as well, up to a point where a decline in metal adsorption is experienced or remains unchanged.

As the effect of pH of the solution on the adsorption of copper onto KOH-activated UmpP was being monitored in this study, we discovered that the adsorption of copper onto KOH-activated UmpP increased regardless of the pH value (Figure 1). It was also observed that Cu removal increased from the initial acidic phase (pH 3.5) of the solution to the weak acid zone (pH 5.5). As the solution approach neutral (pH 7.5), there was a sharp increase in adsorption of Cu ions. From Figure 1, about 67.99% Cu removal was attained at pH 3.5 when the investigation was conducted at 293 K. Correspondingly, about 74% Cu removal efficiency was observed at the same pH value but at a temperature of 308 K. As the pH value moved to the weak acid zone (pH 5.5), Cu removal efficiency improved to 76.12% at 293 K and 80.12% at 308 K respectively. The reduced adsorption experienced at the strong acidic medium could be attributed to the presence of \(H_3O^+\) ions surrounding the surface of the KOH-activated UmpP. Within this phase, a repulsive force between the binding sites and the Cu\(^{2+}\) ions is created (Ngoh & Hanafiah, 2008). In a similar vein, Cu removal increased from 76.12 to 99.04% at temperature 293 K and from 80.12 to 98.98% at 308 K respectively as the pH increased from pH 5.5 to 7.5. This increase can be attributed to the decrease in electrostatic repulsion caused
by the reduction of positive charge resulting in the attraction of the positively charged Cu$^{2+}$ onto the free binding sites on the surface of the sorbent (Yang et al., 2010). Yargıç et al. (2015) obtained similar results in the removal of Cu$^{2+}$, Gupta, Kushwaha, and Chattopadhyaya (2011) in the removal of Pb$^{2+}$, Co$^{2+}$ and Ni$^{2+}$ and Feng and Guo (2012) in the removal of Cu$^{2+}$, Zn$^{2+}$, and Pb$^{2+}$.

In addition, a more detailed pattern of the effect of pH on Cu adsorption is shown in Figure 2. With respect to the pH values presented in Figure 3 (pH 3.5 and pH 5.5), 69.342% Cu absorbance occurred within 25 min contact time at pH 5.5 while 59.149% Cu absorbance occurred within the same time mentioned above at pH 3.5. The respective absorbance within specified time interval is also presented in Figure 2.

5.2. Effect of contact time and initial concentration

In order to develop a water technology that uses adsorption mechanism, the rate of metal removal is a fundamental phenomenon that needs to be studied. The current study investigated the effect of contact time (Figure 3) in order to establish the time required for Cu adsorption to attain equilibrium.

From Figure 3, the equilibrium time needed for the sorption of Cu onto KOH-activated UmpP is about 55 min, and the amount of Cu adsorbed onto KOH-activated UmpP increased as the time increased. Nouri et al. (2007) outlined that the time required to reach equilibrium adsorption also depends on the initial concentration of the metal solution. Therefore, the sorption capacity with respect to the initial concentration using 100 and 150 mg/L of copper solution was investigated. From the results (Figure 3), maximum efficiency for Cu removal onto KOH-activated UmpP occurred at 55 min regardless of the initial concentration. Progressively, the adsorption capacities were improved because of the initial concentration. Cu removal increased from 2.53 mg/g (for 100 mg/L initial concentration) to 2.58 mg/g (for 150 mg/L initial concentration) at 5 min contact time. As the contact time increased, the adsorption capacity was enhanced from 2.53 to 3.76 mg/g at 55 min (for 100 mg/L
initial concentration) and from 2.85 to 4.37 mg/g (for 150 mg/L initial concentration). The results indicate that as the Cu ions increases, the mass transfer process is intensified because of the differential increase in concentration between the surface of the sorbent and the bulk solution. The adsorption rate obtained in this study is of great importance to the practical application of the adsorption mechanism. Kalavathy and Miranda (2010) reported equilibrium time of 4 h using *moringa oleifera* for Cu removal, Ngah and Hanafiah (2008) reported 60 min using treated rubber leaf powder and Hossain, Ngo, Guo, and Setiadi (2012) reported equilibrium time of 6 h using garden grass.

### 5.3. Adsorption isotherm study

It is important to note that one the basic requirement for the design of any adsorption system is the adsorption equilibrium isotherms. The equilibrium isotherms give a holistic representation of the distribution of the adsorbate between the solid and liquid phase at equilibrium. The experimental data of the Cu adsorption onto KOH-activated UmpP have been analyzed using the Freundlich model and Langmuir model. The correlation coefficients ($R^2$) are displayed in Table 2. The $R^2$ values describe the applicability of the models to the experimental data (Figures 4 and 5).

From Table 2, Langmuir model ($R^2 = 0.9977$) best fits the experimental data over the concentration of Cu studied (100–200 mg/L) when compared to the Freundlich model due to its high $R^2$ values ($R^2 = 0.9959$). The $q_{max}$ value for the range of Cu concentration studied are 9. mg/g and 9.766 mg/g at temperature 303 and 308 K respectively for Langmuir model while Freundlich model reported 1.656 and 1.666 mg/g at 303 and 308 K respectively. The $b$ evaluated from the intercept are 0.651 and 0.642 L/mg at 303 and 308 K. The fitness of the experimental data to Langmuir model indicates that there is uniformity on the surface as well as equivalent active sites. This clearly indicates that there is no competition between any two Cu ions and the formation of a monolayer on the adsorbent culminates into equilibrium. Other observations indicated that the adsorption capacity dropped when the temperature increased from 303 to 308 K indicating that increasing the temperature will result in energy release. Tong, Kassim, and Azraa (2011), obtained a similar report. Several adsorbents have been utilized for the removal of Cu from aqueous solutions. Table 3 displays the different adsorption capacities as compared to the present study.

### Table 2. Langmuir and Freundlich constants obtained from the analysis of Cu adsorption onto KOH-activated UmpP biomass; $C_i = 100–200$ mg/L, 0.4 g biomass, pH 7.5, 800 rpm

| Temperature | Langmuir isotherm | Freundlich isotherm |
|-------------|-------------------|---------------------|
|             | $q_{max}$ (mg/g)  | $b$                 | $R^2$ | $k_f$     | $n$ | $R^2$   |
| 303 K       | 9.980             | 0.651               | 0.9977 | 1.656     |    | 1.451   | 0.9959 |
| 308 K       | 9.766             | 0.642               | 0.9922 | 1.666     |    | 1.440   | 0.9904 |
Table 3. Comparison of different sorbent used for Cu removal and their maximum adsorption capacity

| Sorbent used                        | $Q_{\text{max}}$ | Reference                                      |
|-------------------------------------|-------------------|------------------------------------------------|
| Potato peel                         | 0.39              | Aman, Kazi, Sabri, and Bano (2008)              |
| Cassava waste                       | 0.95              | Abia, Horsfall, and Didi (2003)                 |
| Rice shell                          | 1.85              | Aydın, Bulut, and Yerlikaya (2008)              |
| Pretreated Aspergillus niger        | 2.61              | Mukhopadhyay, Noronha, and Suraishkumar (2007) |
| Herbaceous peat                     | 4.84              | Gündoğan, Acemioğlu, and Alma (2004)            |
| Pine cone powder                    | 6.80              | Ofarnaja, Naidoo, and Modise (2009)             |
| Wheat shell                         | 7.39              | Aydın et al. (2008)                            |
| Atriplex canescens stems of saltbush| 7.40              | Sawalha, Peralta-Videa, Romero-González, Duarte-Gardea, and Gardea-Torresdey (2007) |
| Dye loaded groundnut shells         | 7.60              | Shukla and Pai (2005)                           |
| Dye loaded sawdust                  | 8.07              | Shukla and Pai (2005)                           |
| Lentil shell                        | 8.98              | Aydın et al. (2008)                            |
| Unripe Musa paradisiaca peel        | 9.98              | This study                                     |
| Spent grain                         | 10.47             | Lu and Gibb (2008)                              |
| Tree fern                           | 10.60             | Ho, Huang, and Huang (2002)                     |
| Base treated rubber leaves          | 14.97             | Ngah and Hanafi (2008)                          |
| Cashew nut shell                    | 20.0              | SenthilKumar, Ramalingam, Sathyaselvabala, Kirupha, and Sivanesan (2011) |
5.4. Kinetics study

The experimental results obtained from the adsorption of Cu onto KOH-activated UmpP was tested with pseudo first-order and pseudo second-order models to understand the control mechanism of the entire adsorption process e.g. chemical reaction. As presented in Table 4, there is a good relationship between the experimental results obtained from the adsorption of Cu onto KOH-activated UmpP and the pseudo second-order model following the values gotten from the correlation coefficient \( R^2 \) (Table 4 complimented with Figure 6(a) and (b)).

At 303 K (Table 4), the \( q_{(\text{observed})} \) from the experimental results was 4.939 mg/g while the \( q_{(\text{calculated})} \) was 5.061 mg/g (differential value of 0.122 and \( R^2 \) value of 0.9990). Also at 308 K (Table 4), the value of \( q_{(\text{observed})} \) is 5.654 mg/g while the \( q_{(\text{calculated})} \) obtained from the pseudo second-order model is 5.845 mg/g (difference of 0.019 and \( R^2 \) of 0.9972). This indicates that adsorption capacity of Cu onto KOH-activated UmpP improved when the temperature was raised which is in accordance with the findings of Tong et al. (2011). In addition, the results suggest adsorption via chemisorption.

Table 4. Kinetic models and their constants for biosorption of Cu onto KOH-activated UmpP biomass; \( C_i = 150 \) mg/L, 0.4 g biomass, pH 5.5, 800 rpm

| Temp (K) | \( q_{(\text{observed})} \) (mg/g) | Pseudo-second-order rate constants | Pseudo-first-order rate constants |
|---------|-------------------------------|----------------------------------|---------------------------------|
|         | \( q_{(\text{calculated})} \) (mg/g) | \( k_2 \) (g/mg min\(^{-1}\)) | \( R^2 \) | \( k_{ad} \) (min\(^{-1}\)) | \( q_e \) (mg/g) | \( R^2 \) |
| 303 K   | 4.939                         | 5.061                            | 0.090                           | 0.9990          | 0.0820          | 1.989          | 0.4965          |
| 308 K   | 5.654                         | 5.845                            | 0.0502                          | 0.9972          | 0.0815          | 3.301          | 0.4533          |

Figure 6. Plot of pseudo second-order kinetic model for Cu adsorption using KOH-activated UmpP; 150 mg/L initial Copper concentration, 0.4 g biomass, pH 5.5 at 800 rpm (a) 303 K (b) 308 K.
To understand the favourability of the adsorption process, the equilibrium parameter $R_L$ was calculated from Equation (8). From the results, $R_L$ values ranged from 0.008 to 0.015 indicating that sorption of Cu onto KOH-activated UmpP is favourable and reversible.

6. Conclusion
Unripen *Musa paradisiaca* peel (plantain peel), a waste generated from solid food, was utilized as a viable and low-cost adsorbent for removal of Cu from aqueous solution. It is clear that copper adsorption is achievable with KOH-activated unripe plantain peel adsorbent. The operational condition adopted in this study revealed that initial concentration of copper in the solution, pH, temperature and contact time affects the overall adsorption process. The adsorption of copper was found to increase as the initial concentration increased and the equilibrium value was obtained at 55 min contact time regardless of the initial concentration. The adsorption process was affected by the solution pH, initial concentration, temperature and contact time. The model adopted (Langmuir model and Freundlich model) in the adsorption process explained the experimental data, but Langmuir model gave the best fit. The adsorption process followed a reversible and favourable pattern considering the equilibrium parameter $R_L$. The maximum capacity $q_{max}$ obtained from the Langmuir plot was 9.980 mg/g at 303 K. The kinetic data followed pseudo second-order model indicating adsorption via chemisorption. Results obtained from this study demonstrated that KOH-activated UmpP could be used as biosorbent in place of commercial activated carbon, for the efficient removal of Cu from aqueous solution as well as solving the waste disposal problem of plantain peels.

**Acknowledgements**
The authors wish to thank the management of Covenant University for their support and enabling environment needed for this research. We also want to thank Prof. Jonah Agunwamba, Prof. Kolawole Ajanaku (Department of Chemistry, Covenant University) and Mr Adeyemi Oladipupo (Biological Sciences Department, Covenant University) for their advice and directions.

**Funding**
The authors received no direct funding for this research.

**Author details**
PraiseGod Chidozie Emenike  
E-mail: praisegod.emenike@covenantuniversity.edu.ng  
ORCID ID: http://orcid.org/0000-0001-6778-6413  
David Olugbenga Omole  
E-mail: david.omole@covenantuniversity.edu.ng  
Ben Uche Ngene  
E-mail: ben.ngene@cu.edu.ng  
Imokhai Theophilus Tenebe  
E-mail: imokhai.tenebe@covenantuniversity.edu.ng

1  Department of Civil Engineering, College of Engineering, Covenant University, Ota, Ogun State, Nigeria.

Citation information
Cite this article as: Assessment of KOH-activated unripe *Musa paradisiaca* peel for adsorption of copper from aqueous solution, PraiseGod Chidozie Emenike, David Olugbenga Omole, Ben Uche Ngene & Imokhai Theophilus Tenebe, *Cogent Engineering* (2017), 4: 1376488.

**References**
Abdel-Aziz, M. H., Nirdosh, I., & Sedahmed, G. H. (2013). Ion-exchange-assisted electrochemical removal of heavy metals from dilute solutions in a stirred-tank electrochemical reactor: A mass-transfer study. *Industrial & Engineering Chemistry Research*, 52, 11655–11662. doi:10.1021/ie400548w
Abla, A., Hordell, M., & Didi, L. (2003). The use of chemically modified and unmodified cassava waste for the removal of Cd, Cu and Zn ions from aqueous solution. *Bioresource Technology*, 90, 345–348. doi:10.1016/s0960-8524(03)00145-7
Agwarambo, L., Magee, N., Nunez, S., & Mitt, K. (2013). Biosorption and chemical precipitation of lead using biomaterials, molecular sieves, and chlorides, carbonates, and sulfates of Na & Ca. Journal of Environmental Protection, 04, 1251–1257. doi:10.4236/jep.2013.411145

Arman, T., Kazi, A. A., Sabri, M. U., & Bano, Q. (2008). Potato peels as solid waste for the removal of heavy metal copper(II) from waste water/industrial effluent. Colloids and Surfaces B: Biointerfaces, 63, 116–121. doi:10.1016/j.colsurfb.2007.11.013

Armbr, T. G., Al-Labadi, I., Tahboub, A., & Ghrair, A. (2015). Adsorption of Pb(II) from aqueous solution by adsorption onto low-cost adsorbents. Journal of Environmental Management, 87, 37–45. doi:10.1016/j.jenvman.2007.01.005

Bailey, S. E., Olin, T. J., Bricka, R., & Adrian, D. (1999). A review of biosorption and chemical precipitation of lead using potentially low-cost sorbents for heavy metals. Journal of Environmental Science and Management, 10. doi:10.4314/jesam.v10i3.17339

Bayley, S. E., Olin, T. J., Bricka, R., & Adrian, D. (1999). A review of potentially low-cost sorbents for heavy metals. Water Research, 33, 2469–2479. doi:10.1016/s0043-1354(98)00675-8

Barras, F. C., Souza, F. W., Cavalcante, R. M., Carvalho, T. V., Dias, F. S., Queiroz, D. C., ... Nascimento, R. F. (2009). Removal of copper, nickel and zinc from aqueous solution by chitosan-8-hydroquinoline beads. CLEAN – Soil, Air, Water, 36, 292–298. doi:10.1002/clet.200700004

Chen, H., Dai, G., Zhao, J., Zhong, A., Wu, J., & Yan, H. (2010). Removal of copper(II) ions by a biosorbent—Cinnamomum camphora leaves powder. Journal of Hazardous Materials, 177, 228–236. doi:10.1016/j.jhazmat.2009.12.022

Demirbas, A. (2008). Heavy metal adsorption onto agro-based waste materials: A review. Journal of Hazardous Materials, 157, 220–229. doi:10.1016/j.jhazmat.2008.01.024

Demirbas, E., Dizge, N., Sulak, M., & Koby, M. (2009). Adsorption kinetics and equilibrium of copper from aqueous solutions using hazelnut shell activated carbon. Chemical Engineering Journal, 148, 480–487. doi:10.1016/j.cej.2008.09.027

Dubinin, M. M., & Radushkevich, L. V. (1947). The equation of the characteristic curve of the activated charcoal. Proceedings of the Academy of Sciences of the USSR. Physical Chemistry Section, 55, 331–337.

Emenike, P., Omore, D., Ngene, B., & Tenebe, I. (2016). Potentiality of agricultural adsorbent for the sequestering of metal ions from wastewater. Global Journal of Environmental Science and Management, 2, 411–442.

Food and Agriculture Organisation. (2005). Production Yearbook for 2005, FAOSTAT Data. Rome: Food and Agriculture Organisation of the United Nations. Retrieved December 20, 2016, from www.fao.org/docrep/019/i3591e/i3591e.pdf

Febrantia, J., Kosashi, A. N., Sunarsa, J., Yu, H.-H., Indrawsati, N., & Ismadji, S. (2009). Equilibrium and kinetic studies in adsorption of heavy metals using biosorbent: A summary of recent studies. Journal of Hazardous Materials, 162, 616–645. doi:10.1016/j.jhazmat.2008.06.042

Feng, C., Sugiran, Na., Shimada, S., & Maekawa, T. (2003). Development of a high performance electrochemical wastewater treatment system. Journal of Hazardous Materials, 103, 65–78. doi:10.1016/s0304-3884(03)00222-x

Feng, N.-C., & Guo, X.-Y. (2012). Characterization of adsorptive capacity and mechanisms on adsorption of copper, lead and zinc by modified orange peel. Transactions of Nonferrous Metals Society of China, 22, 1224–1231. doi:10.1016/s1003-6326(11)61309-5

Freundlich, H. M. F. (1906). Over the adsorption in solution. The Journal of Physical Chemistry, 57, 1100–1107.

Fu, F., & Wang, Q. (2011). Removal of heavy metal ions from wastewaters: A review. Journal of Environmental Management, 92, 407–418. doi:10.1016/j.jenvman.2010.11.011

Gupta, H., & Gogate, P. R. (2016). Intensified removal of copper from waste water using activated watermelon based biosorbent in the presence of ultrasound. Ultrasonics Sonochemistry, 30, 113–122. doi:10.1016/j.utsoc.2015.11.016

Gupta, N., Kushwaha, A. K., & Chattopadhyaya, M. (2011). Adsorption removal of Pb(II), Co(II) and Ni(II) by hydroxypapater/chitosan composites from aqueous solution. Journal of the Taiwan Institute of Chemical Engineers. doi:10.1016/j.jtice.2011.07.009

Gündoğan, R., Acemioglu, B., & Almo, M. H. (2004). Copper (II) adsorption from aqueous solution by herbaceous peat. Journal of Environmental Science and Management, 7, 331–337. doi:10.1016/j.jtice.2011.07.009

Hall, K. R., Eagleton, L. C., Acivos, A., & Vermeulen, T. (1966). Poré- and solid-diffusion kinetics in fixed-bed adsorption under constant-pameter conditions. Industrial & Engineering Chemistry Fundamentals, 5, 212–223. doi:10.1021/i1600180c

Ho, Y., Huang, C., & Huang, H. (2002). Equilibrium sorption isotherm for metal ions on tree fern. Process Biochemistry, 37, 1421–1430. doi:10.1016/s0032-9592(02)00365-6

Horsfall, M., & Spiff, A. I. (2005). Equilibrium study of Pb2+, Co2+ and Ag+ in aqueous solutions by fluted pumpkin (Telfaria occidentalis HOOK) waste biomass. Acta Chimica Slovenica, 52, 174–181.

Hossain, M., Ngo, H., Guo, W., & Setiadi, T. (2012). Adsorption and desorption of copper(II) ions onto garden grass. Bioresource Technology, 121, 386–395. doi:10.1016/j.biortech.2012.06.119

Kalavathy, M. H., & Miranda, L. R. (2010). Moringa oleifera—A solid phase extractant for the removal of copper, nickel and zinc from aqueous solutions. Chemical Engineering Journal, 158, 188–199. doi:10.1016/j.cej.2009.12.039

Langmuir, I. (1918). The adsorption of gases on plane surfaces of glass, mica and platinum. Journal of the American Chemical Society, 40, 1361–1403. doi:10.1021/ja021600a011

Li, Q., Zhai, J., Zhang, W., Wang, M., & Zhou, J. (2007). Kinetic studies of adsorption of Pb(II), Cr(III) and Cu(II) from aqueous solution by sawdust and modified peanut husk. Journal of Hazardous Materials, 141, 163–167. doi:10.1016/j.jhazmat.2006.06.109

Lu, S., & Gibb, S. W. (2008). Copper removal from wastewater using spent-grain as biosorbert. Bioresource Technology, 99, 1509–1517. doi:10.1016/j.biortech.2007.04.024

Manzoor, Q., Nadeem, R., Iqbal, M., Saeed, R., & Ansari, T. M. (2013). Organic acids pretreatment effect on Rosa bourbonia phyto-biomass for removal of Pb(II) and Cu(II) from aqueous media. Bioresource Technology, 113, 446–452. doi:10.1016/j.biortech.2013.01.016

Mukhopadhyay, M., Noronha, S., & Suralshikumar, G. (2007). Kinetic modeling for the biosorption of copper by pretreated Aspergillus niger biomass. Bioresource Technology, 98, 1781–1787. doi:10.1016/j.biortech.2006.06.035

Ngah, W. W., & Honofah, M. (2008). Biosorption of copper ions from dilute aqueous solutions on base treatedrubber (Hevea brasiliensis) leaves powder: Kinetics, isotherm, and
biosorption mechanisms. Journal of Environmental Sciences, 20, 1168–1176. doi:10.1016/s1001-0742(08)62205-6
Nouri, L., Ghodbane, I., Harraoudi, O., & Chiha, M. (2007). Batch sorption dynamics and equilibrium for the removal of cadmium ions from aqueous phase using wheat bran. Journal of Hazardous Materials, 149, 115–125. doi:10.1016/j.jhazmat.2007.03.055

Nurchi, V. M., & Villaescusa, I. (2008). Agricultural biomasses as sorbents of some trace metals. Coordination Chemistry Reviews, 252, 1178–1188. doi:10.1016/j.ccr.2007.09.023
Ofornig, A., Naidoo, E., & Modise, S. (2009). Removal of copper(II) from aqueous solution by pine and base modified pine cone powder as biosorbent. Journal of Hazardous Materials, 168, 909–917. doi:10.1016/j.jhazmat.2009.02.106

Pehlivan, E., Cetin, S., & Yanik, B. (2006). Equilibrium studies for the sorption of zinc and copper from aqueous solutions using sugar beet pulp and fly ash. Journal of Hazardous Materials, 135, 193–199. doi:10.1016/j.jhazmat.2005.11.049

Redlich, O., & Peterson, D. L. (1959). A useful adsorption isotherm. The Journal of Physical Chemistry, 63, 1024–1026. https://doi.org/10.1021/j150576a611

So&d=’i, M. (2010). Experimental studies on effect of heavy metals presence in industrial wastewater on biological treatment. International Journal of Environmental Sciences, 1, 666–676.

Sowalha, M. F., Peralta-Vide, J. R., Romero-González, J., Duarte-Gardea, M., & Gardoe-Torresdey, J. L. (2007). Thermodynamic and isotherm studies of the biosorption of Cu(II), Pb(II), and Zn(II) by leaves of saltbush (Atriplex canescens). The Journal of Chemical Thermodynamics, 39, 488–492. doi:10.1016/j.jct.2006.07.020

Senthilkumar, P., Ramalingam, S., Sathyaseelavabha, V., Kirupha, S. D., & Sivanesan, S. (2011). Removal of copper(II) ions from aqueous solution by adsorption using cashew nut shell. Desalination, 266, 63–71. doi:10.1016/j.desal.2010.08.003

Shukla, S., & Pai, R. S. (2005). Adsorption of Cu(II), Ni(II) and Zn(II) on dye loaded groundnut shells and sawdust. Separation and Purification Technology, 43, 1–8. doi:10.1016/j.seppur.2004.09.003

Singh, U., & Kaushal, R. K. (2013). Treatment of wastewater with low cost adsorbent – a Review. VRSD international Journal of Technical & Non-technical. Research, 4, 33–42.

Sips, R. (1948). Combined form of Langmuir and Freundlich equations. The Journal of Chemical Physics, 16, 490–495. https://doi.org/10.1063/1.1746922

Soetaredjo, F. E., Kumiawan, A., Ki, O. L., & Ismadji, S. (2013). Incorporation of selectivity factor in modeling binary component adsorption isotherms for heavy metals-biomass system. Chemical Engineering Journal, 219, 137–148. doi:10.1016/j.cej.2012.12.077

Solisio, C., Lodi, A., Torre, P., Converti, A., & Borghi, M. D. (2006). Copper removal by dry and re-hydrated biomass of Spirulina platensis. Bioresource Technology, 97, 1756–1760. doi:10.1016/j.biortech.2005.07.018

Tempkin, M. I., & Pyzhv, V. (1940). Kinetics of ammonia synthesis on promoted iron catalyst. Acta physicaehnicarura URSS, 12, 327–336.

Tong, K., Kassim, M. J., & Azroa, A. (2011). Adsorption of copper ion from its aqueous solution by a novel biosorbent Uncaria gambir: Equilibrium, kinetics, and thermodynamic studies. Chemical Engineering Journal, 170, 145–153. doi:10.1016/j.cej.2011.03.044

Toth, J. (1971). State equations of the solid gas interface layer. Acta chimica Academiae Scientiarum Hungaricae, 69, 311–317.

Turan, N. G., Elevli, S., & Mesci, B. (2011). Adsorption of copper and zinc ions on illite: Determination of the optimal conditions by the statistical design of experiments. Applied Clay Science, 52, 392–399. doi:10.1016/j.apclsci.2011.04.010

Vadivelan, V., & Kumar, K. V. (2005). Equilibrium, kinetics, mechanism, and process design for the sorption of methylene blue onto rice husk. Journal of Colloid and Interface Science, 286, 90–100. doi:10.1016/j.jcis.2005.01.007

Witek-Krowiak, A., & Reddy, D. H. K. (2013). Removal of micro elemental Cr(III) and Cu(II) by using soybean meal waste – Unusual isotherms and insights of binding mechanism. Bioresource Technology, 127, 350–357. doi:10.1016/j.biortech.2012.09.072

Yang, C., Wang, J., Lei, M., Xie, G., Zeng, G., & Luo, S. (2010). Biosorption of zinc(II) from aqueous solution by dried activated sludge. Journal of Environmental Sciences, 22, 675–680. doi:10.1016/s1001-0742(09)60162-5

Yargiç, A. Ç., Şahin, R. Y., Özbay, N., & Önal, E. (2015). Assessment of toxic copper(II) biosorption from aqueous solution by chemically-treated tomato waste. Journal of Cleaner Production, 88, 152–159. doi:10.1016/j.jclepro.2014.05.087

Zhu, C.-S., Wang, L.-P., & Chen, W.-B. (2009). Removal of Cu(II) from aqueous solution by agricultural by-product: Peanut hull. Journal of Hazardous Materials, 168, 739–746. doi:10.1016/j.jhazmat.2009.02.085